Effects of Elastane Draw Ratio of Core-spun Yarn on Air Permeability and Bursting Strength of Bi-Stretch Woven Fabrics

Kaynak HK*
Textile Engineering Department, Gaziantep University, Turkey

Abstract
Bi-stretch woven fabrics are widely used owing to their good physical comfort properties. In this study, it is aimed to investigate the effect of elastane draw ratio in the core-spun yarn on the air permeability and bursting strength of bi-stretch woven fabrics. For this aim, 20 Tex cotton combed ring spun yarn samples were produced with four different levels of draw ratio of elastane core (3.07, 3.33, 3.63, 3.99) in the yarn. Four woven fabric samples were produced by using these sample yarns as weft with 2/1 twill weave type. Then the air permeability and bursting strength properties of the samples were tested in dry relaxed and laundered states. Analysis of variance (ANOVA) was applied to determine the effect of elastane draw ratio in the yarn and relaxation type on fabric air permeability, bursting strength and bursting height, statistically.

Keywords: Bi-stretch woven fabric; Elastane draw ratio; Air permeability; Bursting strength; Elastane core spun yarn

Introduction
Elastane is used in all areas where a high degree of elasticity is required for example; in tights, sportswear, swimwear, corsetry and in woven and knitted fabrics. Elastane is a prerequisite for fashionable or functional apparel which is intended to cling the body, while at the same time remaining comfortable [1]. The elastane core spun yarns are preferred to provide a better stretch for woven fabrics. Especially, bi-stretch woven fabrics produced by using elastane core spun yarns in both warp and weft direction became more of an issue recently.

In the literature there are many studies which deal with the performance properties of woven stretch fabrics [2-8]. Apart from these studies, there are some studies which investigate the effect of elastane draw ratio in the yarn on woven fabric properties. Baghaei et al. [9] determined that the decrease in draw ratio of elastane core lead to decrease in elastic recovery of stretch woven fabrics. El-Ghezal et al. [10] examined that as the elastane’s ratio in the yarn increases, the breaking elongation of stretch denim fabric decreases. Also, a consistent trend was not observed for breaking strength of the sample fabrics. In another experimental study, it is observed that increasing the elastane ratio enhanced the fabric extensibility and air permeability and reduced the tensile strength, shrinkage and permanent stretch of woven fabrics [11]. In another study, it was revealed that by increasing the draw ratio of elastane core, the fabric tensile strength and stretchability increase while the fabric tear strength and recovery after stretch decrease [12]. Previous studies examined the effects of elastane draw ratio in the yarn on fabric performance properties. But there is still lack of information on this issue. In this study, it is aimed to investigate the effects of elastane draw ratio on air permeability of woven bi-stretch fabrics considering the air permeability as a thermal comfort property. On the other hand, the bursting strength and bursting height of the samples were observed to study the effects of elastane draw ratio on durability and extensibility of woven bi-stretch fabrics.

Material and Methods
In this study it is intended to investigate the effects of elastane draw ratio and relaxation type on air permeability and bursting strength of bi-stretch woven fabrics. For this aim, 20 Tex cotton combed ring spun yarn samples were produced with four different elastane draw ratios (3.07, 3.33, 3.63, 3.99). Linear density of elastane core was 4.4 Tex. Uster HVI test device was used to determine the cotton fiber properties used in this study. Cotton fiber properties are given in Table 1.

In this study, the samples are called by elastane draw ratio. Uster Tester 5 and Uster Tensorapid 3 test devices were used to determine the yarn properties. Yarn properties are given in Table 2.

Four 2/1 twill fabric samples were woven by using the sample yarns in weft direction as weft. Warp sheet was composed of 21 Tex cotton combed ring spun yarn. Four 2/1 twill fabric samples were woven by using these sample yarns as weft with 2/1 twill weave type. Then the air permeability and bursting strength properties of the samples were tested in dry relaxed and laundered states. Analysis of variance (ANOVA) was applied to determine the effect of elastane draw ratio in the yarn and relaxation type on fabric air permeability, bursting strength and bursting height, statistically.

Table 1: Cotton fiber properties.

| Parameter       | Value  |
|-----------------|--------|
| Micronaire, µg/inch | 4.57   |
| Length, mm      | 29.95  |
| UI, %           | 83.9   |
| SFI             | 7.9    |
| Strength, cN/tex| 35.02  |
| Elongation, %   | 5.8    |
| SCI             | 160    |

Table 2: Yarn properties.

| Parameter       | Value  |
|-----------------|--------|
| U, %            | 9.35   |
| Cvm, %          | 11.71  |
| Thin places, -50%/km | 0      |
| Thick places, +50%/km | 15.6  |
| Neps, +200%/km  | 35.6   |
| Hairiness       | 5.31   |
| Tenacity, cN/tex| 16.5   |
| Breaking Elo., %| 7.2    |

*Corresponding author: Kaynak HK, Textile Engineering Department, Gaziantep University, Turkey, Tel: +90 342 360 12 00; E-mail: tuluce@gantep.edu.tr

Received September 26, 2017; Accepted November 02, 2017; Published November 06, 2017

Citation: Kaynak HK (2017) Effects of Elastane Draw Ratio of Core-spun Yarn on Air Permeability and Bursting Strength of Bi-Style Woven Fabrics. J Textile Sci Eng 7: 323. doi: 10.4172/2165-8064.1000323

Copyright: © 2017 Kaynak HK. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
X 2, 65/35 % Polyester/Viscose, elastane core spun ring yarn. Linear density of elastane filament was 7.8 Tex. The fabric samples were woven by a 2.20 meter width rapier loom. The production was made in a commercial mill, with 530 rev/min loom speed. No dyeing was applied to the fabric samples. The structural properties of fabric mass, fabric density and thickness and the performance properties air permeability and bursting strength were determined after dry relaxation and home laundering. For dry relaxation, the samples were relaxed in the standard atmosphere of 20 ± 2°C and 65 ± 4% relative humidity for 24 hours. Home laundering was applied and dimensional changes were determined according to AATCC 135 [13].

Fabric mass per unit area, density and thickness properties of samples were determined according to TS EN 12127 (1999) [14], TS 250 EN 1049-2 (1996) [15] and TS 7128 EN ISO 5048 (1998) [16], respectively. The results are given in Table 3.

All fabric samples were conditioned according to TS EN ISO 139 (2008) [17] before the tests and the tests were performed in the standard atmosphere of 20 ± 2°C and 65 ± 4% relative humidity. Air permeability and bursting strength properties of samples were determined according to TS 391 EN ISO 9237 (1999) [18] and TS EN ISO 13938-2 (2003) [19], respectively. Air permeability test was done with digital air permeability test device at 100 Pa pressure drop. Bursting strength test was done with digital pneumatic bursting strength test device. Analysis of variance (ANOVA) was applied to determine the statistical significance of the effects of elastane draw ratio in the yarn and relaxation type on fabric air permeability, bursting strength and bursting height. For this aim design expert package Program was used. All test results were assessed at 95% confidence interval.

Results

Dimensional change

Figure 1 exhibits the warp and weft direction dimensional changes of the samples after domestic home laundering.

It is seen that for both warp and weft direction, shrinkage is observed for all samples. The yarn samples which have different elastane draw ratios were used in only the weft direction. Nevertheless, warp direction shrinkage values are different owing to different elastane draw ratios in weft direction. On the other hand, lower shrinkage values are observed as the elastane draw ratio decreases for both warp and weft directions. This is a probable result of lower length of elastane core in the yarn owing to higher elastane draw ratio. Consequently, fabrics with low elastane draw ratio provide a better dimensional stability and thermal comfort with higher air permeability. Table 4 exhibits the ANOVA results for air permeability.

Air permeability

In this study, the air permeability of the samples was assessed in accordance with thermal comfort. Air permeability values of dry relaxed and laundered samples are given in Figure 2.

It is obvious from Figure 2 that air permeability of dry relaxed samples are higher than that of laundered ones. This is a probable result of increased fabric thickness and fabric sett values of laundered samples. Higher fabric sett values of the samples cause the air gaps that the air pass through to get smaller and this makes the air passage through the fabric harder because of higher drag resistance. On the other hand increased fabric thickness cause a longer path for air passage through the fabric and air losses more kinetic energy in comparison to shorter path due to friction. Also, there is no considerable difference of air permeability among laundered samples due to elastane draw ratio. Since the fabric structure of the samples become more compact as seen from warp and weft density values given in Table 3. This compact structure compensates the effect of elastane draw ratio on air permeability. The air permeability of dry relaxed samples decreases with decreased elastane draw ratio as seen in an earlier study [11]. Consequently, fabrics with low elastane draw ratio provide a better thermal comfort with higher air permeability. Table 4 exhibits the ANOVA results for air permeability.

As seen from Table 4, the effects of elastane draw ratio (p=0.0229<0.05) and relaxation type (p<0.0001<0.05) on air permeability are found to be statistically significant in 95% confidence interval. Besides, relaxation type has a higher effect on air permeability than elastane draw ratio with a higher F value (435.27).

Bursting strength

In this study, it is intended to investigate the effects of elastane draw ratio on bursting strength and bursting height of woven bi-stretch fabrics instead of breaking or tearing strength differently from previous studies [10-12]. It is decided that it would be more convenient to study on bursting strength and bursting height of woven bi-stretch fabrics. Since this test imitates the in situ conditions more realistically than breaking and tearing strength by providing a multi-axial force application. Bursting strength and bursting height of the samples are given in Figure 3 and Tables 5 and 6, respectively.

Bursting strength values of dry relaxed samples are higher than that of laundered ones as seen from Figure 3. Additionally, laundered samples do not exhibit any difference with respect to elastane draw
ratio. On the other hand, for dry relaxed samples as the elastane draw ratio decrease, the bursting strength increase. The result of our study is similar with an earlier study [11], which performed tensile strength test. Also contrary to our results an earlier study revealed that lower tensile strength was obtained with low elastane draw ratio levels [12]. Table 5 exhibits the ANOVA results for bursting strength.

As seen from Table 5 elastane draw ratio (p=0.0461<0.05) and relaxation type (p<0.0001<0.05) has a significant effect on bursting strength. Relaxation type has a statistically higher effect on bursting strength than elastane draw ratio with a higher F value (922.89). Table 6 shows the bursting height values of dry relaxed and laundered samples.

As seen from Table 6, the bursting height values of samples rise as...
the draw ratio of elastane core in the yarn decrease for both dry relaxed and laundered samples. These results originate from higher length of elastane core in the yarn due to lower elastane draw ratio. The higher length of the elastane core in the yarn cause a higher stretch of the yarn and the fabric produced from it. According to these results, it can be concluded that the fabrics produced from the yarns with lower elastane draw ratio provide higher stretchability, thus an easier movement for the wearer. In addition, Table 6 exhibits considerably higher bursting height values of laundered samples than that of dry relaxed ones. This difference arises from the shrinkage of the samples after laundering. The contraction of the samples due to laundering causes this difference. ANOVA results for bursting height are given in Table 7.

Table 6: Bursting height of dry relaxed and laundered samples.

| Samples | Bursting height, mm |
|---------|---------------------|
|         | Dry relaxed | Laundered |
| 3.99    | 11.94       | 48.82     |
| 3.63    | 12.12       | 48.76     |
| 3.33    | 12.94       | 49.56     |
| 3.07    | 13.38       | 49.68     |

Discussion and Conclusion

In this study, it is intended to investigate the effect of elastane draw ratio on the air permeability and bursting strength of bi-stretch woven fabrics in dry relaxed and laundered states. As a result of this study, it is seen that the shrinkage values decrease as the elastane draw ratio decreases after home laundering. In the case of air permeability property, dry relaxed samples have higher air permeability than laundered ones owing to increased fabric thickness and fabric wet values of laundered samples. On the other hand, there is no considerable effect of elastane draw ratio on air permeability for laundered samples whereas the air permeability of dry relaxed samples decrease with lower elastane draw ratio. Dry relaxed samples have higher bursting strength values than laundered ones. Additionally, laundered samples do not exhibit any difference with respect to elastane draw ratio in contrary to dry relaxed samples. Dry relaxed samples have a tendency of higher bursting strength for decreasing elastane draw ratios. In regards to bursting height, for both dry relaxed and laundered samples, higher bursting height values are seen for decreased elastane draw ratio.

In addition, laundered samples exhibit considerably higher bursting height values than dry relaxed ones. As a conclusion it is seen that laundering process has an important effect on air permeability and bursting strength. So, for further research, it is recommended to study the effects of elastane draw ratio on performance properties for dried and finished fabrics in order to see the real end use performance.

Acknowledgment

The author is grateful to Selçuk İplik for production of yarn samples and Modena Mensucat for production of fabric samples.

References

1. Senthilkumar M, Anbumani N, Hayavadana J (2011) Elastane fabrics – A tool for stretch applications in sports. Indian Journal of Fiber and Textile Research 36: 300-307.
2. Gürra da A, Merić B (2005) The effects of silicone and pre-fixation temperature on the elastic properties of cotton/elastane woven fabrics. American Association of Textile Chemists and Colorists Review 5: 53-56.
3. Oğulata SN, Şahin C, Oğulata RT, Bałc O (2006) The prediction of elongation and recovery of woven bi-stretch fabric using artificial neural network and linear regression models. Fibres & Textiles in Eastern Europe 56: 46-49.
4. Babaarslan O, Bałc H, Güler Ö (2007) Effect of elastane on the properties of Pes/Vis blend woven fabrics. Tekstil & Konfeksiyon: 110-114.
5. Gorjanc DS, Bukoske V (2008) The behaviour of fabric with elastane yarn during stretching. Fibres and Textiles in Eastern Europe 68: 63-68.
6. Özdiş N (2008) Stretch and bagging properties of denim fabrics containing different rates of elastane. Fibres and Textiles in Eastern Europe 66: 63-67.
7. Şekerden N, Çelik N (2010) Weft elastane weaving and fabric characteristics. Tekstil & Konfeksiyon 2: 120-129.
8. Mourad MM, Elshakankery MH, Alsaid AA (2012) Physical and stretch properties of woven cotton fabrics containing different rates of spandex. Journal of American Science 8: 567-572.
9. Baghaei B, Shanbeh M, Ghereghajai AA (2010) Effect of tensile fatigue cyclic loads on bagging deformation of elastic woven fabric. Indian Journal of Fibre and Textile Research 35: 298-302.
10. El-Ghezal S, Babay A, Dhouib S, Cheikhrouhou M (2009) Study of the impact of elastane’s ratio and finishing process on the mechanical properties of stretch denim. Journal of Textile Institute 100: 245-253.
11. Al ansary MAR (2011) Effect of spandex ratio on the properties of woven fabrics made of cotton/spandex spun yarns. Journal of American Science 12: 63-67.
12. Qadir B, Hussain T, Malik M (2014) Effect of elastane denier and draft ratio of core-spun cotton weft yarns on the mechanical properties of woven fabrics. Journal of Engineered Fibers and Fabrics 9: 23-31.
13. American Association of Textile Chemists and Colorists (2008) AATCC 135:2012AATCC Test Method 135:2012 Dimensional Changes of Fabrics after Home Laundering.
14. Textile Fabrics (1998) TS EN 12127:1999 Textiles- Fabrics- Determination of mass per unit area using small samples.
15. Textile Fabrics (1994) TS 250 EN 1049-2:1996 Textiles-Woven Fabrics-Construction-Methods of Analysis-Part 2 Determination of Number of Threads Per Unit Length.
16. Textile Fabrics (1996) TS 7128 EN ISO 5048:1996 Textiles-Determination of thickness of textiles and textile products.
17. Textile Fabrics (2005) TS EN ISO 139: 2005 Textiles - Standard atmospheres for conditioning and testing.
18. Textile Fabrics (1996) TS 391 EN ISO 9237:1995 Textiles-Determination of permeability of fabrics to air.
19. Textile Fabrics (1999) TS EN ISO 13938-2:1999 Textiles- Bursting properties of fabrics- Part 2: Pneumatic method for determination of bursting strength and bursting distension.